Article

Structural and Electrotransport Properties of Perfluorinated Sulfocationic Membranes Modified by Silica and Zirconium Hydrophosphate

Svetlana A. Shkirskaya 1,*, Natalia A. Kononenko 1 and Sergej V. Timofeev 2

1 Physical Chemistry Department, Kuban State University, 149 Stavropol’skaya Str., 350040 Krasnodar, Russia
2 JSC Plastpolymer, 32 Polyustrovskiy prospect, 195197 St. Petersburg, Russia
* Correspondence: shkirskaya@mail.ru

Abstract: A correlation between changes in structural and electrotransport properties of membranes after modification by silica and zirconium hydrophosphate was established. The total water volume, volume fraction of the free water in the membrane and the volume fraction of the water having high binding energy were considered as structural characteristics, which were found from the curves of water distribution on the water binding energy and the effective pore radii. The conductivity, diffusion and electroosmotic permeabilities were investigated as electrotransport properties. The influence of the modifier type on the current flow paths in the membrane was analyzed within the framework of the extended three-wire model. It has been established that the treatment of membranes with alcohol before the intercalation of a modifier leads to the appearance of cavities with an effective size of more than 100 nm filled with free water with the binding energy less than 10 J/mol. It is accompanied with an increase in the diffusion permeability of hybrid membranes by approximately 3–6 times in NaCl and HCl solutions, which limits the application of such materials in proton exchange membrane fuel cells. The different conditions of modification of perfluorinated membranes with similar properties by the dopant with same type allow for the preparation of the hybrid materials for various applications such as electrodialysis concentration or electric current generation devices.

Keywords: perfluorinated sulfocationic membranes; silica; zirconium hydrophosphate; modification; conductivity; electroosmotic permeability; diffusion permeability; porosimetric curve

1. Introduction

Bulk or surface modification of commercial membranes is an effective approach to obtain materials with required properties for different applications [1–8]. The most prospective direction of improving performance of ion-exchange membranes in membrane devices is their modification by nanoparticles of organic and inorganic compounds resulting in enhancement of proton conductivity and water uptake of membranes at low relative humidity [9–16]. Modification of perfluorinated membrane by nanoparticles can be useful not only for improving the fuel cells performance, but also for separation processes if those processes are carried out at high temperatures and in acidic environments [17–19]. Methods of nanoparticles intercalation into the perflourinated membrane matrix may dramatically affect both its structural characteristics and transport properties.

The modifying conditions have the same strong influence on the membrane properties as well as the modifier nature. The most commonly used dopants are hydrated oxides of polyvalent elements (silicon, zirconium, etc.) [20]. The hydrophilic surface of dopants can increase in the water uptake of membranes and enhance the proton conductivity even at low humidity. There are two principal ways to incorporate nanoparticles of various inorganic materials into the membrane structure. The first one involves the synthesis of nanoparticles followed by membrane casting from mixed solution of polymer and dopant.
Another method is the synthesis of inorganic particles directly (in situ) in the membrane matrix where the membrane pores are used as nanoreactors. In this case, the membrane structure can be pre-expanded by treatment with alcohol to increase the amount of dopant. However, such pretreatment of the membrane during modification can significantly affect the transport properties of the hybrid membrane.

It is known that properties of hybrid membranes on the basis of perfluorinated matrix and silica or zirconium hydrophosphate (HZP) essentially depend on the precursor concentration, temperature, precipitation pH and ultrasonic treatment [8,21–33]. Membranes with high water uptake and improved proton conductivity are usually prepared. However, under appropriate conditions, where the membrane is exposed to high temperature, it is possible to obtain an organic-inorganic hybrid membrane with reduced water content and low electroosmotic permeability [21]. While the membranes with enhanced water uptake are interesting for fuel cells applications, the membranes with reduced water uptake are promising for the use in membrane electrolysis and electrodialysis [34].

The purpose of this work was to find relations between structural characteristics and transport properties of perfluorinated membranes modified by HZP and silica under different conditions and reveal the role of pretreatment with alcohol before modification and heating after the synthesis of silica nanoparticles in the membrane matrix in membrane characteristics.

2. Materials and Methods

2.1. Materials

The objects of research were perfluorinated sulfonated cation-exchange Nafion 115 (Dupont, Wilmington, DE, USA) and MF-4SK (JSC Plastopolymer, St. Petersburg, Russia) membranes having similar physicochemical characteristics (Table 1). Silica and zirconium hydrophosphate were membrane modifiers. The HZP-modified membrane was prepared based on MF-4SK membrane. Tetraethoxysilane Si(C₂H₅O)₄ and zirconium oxychloride ZrOCl₂·8H₂O were used as precursor to prepare SiO₂ and Zr(HPO₄)₂ into membrane. Solutions of hydrochloric acid, ethanol and ammonia solution (KhimMed, Russia, extra-pure grade) were used in this work. Deionized water was used for membranes synthesis and washing.

Table 1. Physicochemical characteristics of initial and modified perfluorinated membranes.

| Membrane     | \( V₀ \), cm³/g_dry | \( Q_r \), mmol/g_dry | \( n_{m_m} \), mol H₂O/mol SO₃⁻ | \( V_{min} \)/\( V₀ \) | \( V_{macro} \)/\( V_{min} \) | \( S \), m²/g | \( L_r \), nm |
|--------------|---------------------|-----------------------|-------------------------------|------------------------|------------------------|-------------|-------------|
| Nafion       | 0.26                | 0.87                  | 16.1                          | 0.82                   | 0.06                  | 199         | 0.62        |
| Nafion/SiO₂  | 0.37                | 0.86                  | 23.5                          | 0.74                   | 0.10                  | 218         | 0.65        |
| MF-4SK       | 0.23                | 0.80                  | 16.2                          | 0.85                   | 0.03                  | 194         | 0.65        |
| MF-4SK/SiO₂  | 0.18                | 0.72                  | 13.7                          | 0.88                   | 0.03                  | 194         | 0.67        |
| MF-4SK/HZF   | 0.30                | 1.93                  | 8.6                           | 0.82                   | 0.09                  | 250         | 0.46        |

2.2. Membrane Modification

Hybrid membranes were prepared by the in situ introduction of a dopant into the membrane perfluorinated matrix [33]. Pore walls of membranes can effectively sorb initial reagents and limit the reaction volume. Since the typical nanopore size is no greater than 5 nm, the formed particles are from 2 to 5 nm in diameter [2]. Additionally, pore walls isolate the resulting particles from each other and reduce surface tension forces, providing the thermodynamic stability of the nanoparticles. A Nafion membrane was used for the preparation of Nafion/SiO₂ samples with high water uptake while MF-4SK membrane was used for the preparation of MF-4SK/SiO₂ samples with low water uptake.

The Nafion membrane was exposed to a solution of tetraethoxysilane in ethanol (1:4) for 3 h at room temperature under continuous stirring. Then the sample was placed in a 12 wt.% of ammonia solution for 30 min to transform the precursor into hydrated oxide.
Prepared membranes were treated by 10% hydrochloric acid for 3 h at room temperature in order to provide the protonic form and washed with deionized water.

The MF-4SK membrane was pre-treated by soaking in ethanol for 24 h to extend its matrix before silica modification. The same procedures as with the Nafion were carried out for MF-4SK membrane. Then the MF-4SK membrane was kept at 100 °C to prepare a sample with reduced water content [21].

The HZP-modified hybrid membranes were manufactured in the similar way as Nafion/SiO$_2$ samples. The MF-4SK membrane in H$^+$-form was exposed to water-ethanol solution, then to ZrOCl$_2$·8H$_2$O solution; afterwards, to phosphoric acid solution to precipitate zirconium hydrophosphate Zr(HPO$_4$)$_2$.

2.3. Research Methods

Physicochemical characteristics of the initial and modified membranes were determined using standard methods described in [35]. The ion-exchange capacity ($Q$, mmol/g$_{dry}$) was determined for H$^+$-form samples of the perfluorinated membrane by titration of the H$^+$-ions produced in the course of base neutralization.

The method of standard contact porosimetry [36,37], which had been acknowledged by the International Union of Pure and Applied Chemistry [38], was applied to investigate the water volume distribution in the membrane on the water binding energy or the effective pore radii ($r$).

The binding energy between water and membrane material ($A$, J/mol) correlates with $r$ according to formula

$$A = 2\nu_w\sigma \frac{\cos \theta}{r}$$  \hspace{1cm} (1)

where $\nu_w$ was the molar water volume, $\sigma$ was the interfacial surface tension, $\theta$ was the contact (wetting) angle.

The membrane samples were piled in a special clamping device (Figure 1a between two standards, having the known pore-size distribution obtained by an independent method (e.g., mercury porosimetry). After partial evaporation of water and achieving capillary equilibrium, the standards and samples were weighed, and their water volume was calculated using the mass balance. The pore radius corresponding to a given water volume was found with the use of the standards.

The maximum porosity value was determined from the obtained porosimetric curves as water volume per gram of the dry sample ($V_0$, cm$^3$/g).

The number of H$_2$O molecules per functional –SO$_3^-$ groups ($n_m$) was calculated from the values of the $V_0$ and exchange capacity using the equation,

$$n_m = \frac{V_0}{18Q}$$  \hspace{1cm} (2)

The specific internal surface area ($S_1$, m$^2$/g) was calculated by the formula [39],

$$S_1 = 2\int_{r_{\min}}^{r_{\max}} \frac{1}{r^2} \left( \frac{dV}{d\ln r} \right) dr = 2\int_{r_{\min}}^{r_{\max}} \frac{dV}{r}$$  \hspace{1cm} (3)

where $r_{\min}$ and $r_{\max}$ were the minimum and maximum pore radii, respectively.
The HZP-modified hybrid membranes were manufactured in a similar way as Nafion/SiO\textsubscript{2} samples. The МF\textsubscript{-4SК} membrane in H\textsuperscript{+}-form was exposed to water-ethanol solution, then to ZrOCl\textsubscript{2}.8H\textsubscript{2}O solution; afterwards, to phosphoric acid solution to precipitate zirconium hydrophosphate Zr(HPO\textsubscript{4})\textsubscript{2}.

2.3. Research Methods

Physicochemical characteristics of the initial and modified membranes were determined using standard methods described in [35]. The ion-exchange capacity (\(Q\), mmol/g dry) was determined for H\textsuperscript{+}-form samples of the perfluorinated membrane by titration of the H\textsuperscript{+} ions produced in the course of base neutralization.

The method of standard contact porosimetry [36,37], which had been acknowledged by the International Union of Pure and Applied Chemistry [38], was applied to investigate the water volume distribution in the membrane on the water binding energy or the effective pore radii (\(r\)).

The binding energy between water and membrane material (\(\Delta\), J/mol) correlates with \(r\) according to formula

\[
\Delta = r w \Theta \sigma \cos^2 \theta
\]  

where \(\nu_w\) was the molar water volume, \(\sigma\) was the interfacial surface tension, \(\theta\) was the contact (wetting) angle.

The membrane samples were piled in a special clamping device (Figure 1a between two standards, having the known pore-size distribution obtained by an independent method (e.g., mercury porosimetry). After partial evaporation of water and achieving capillary equilibrium, the standards and samples were weighed, and their water volume was calculated using the mass balance. The pore radius corresponding to a given water volume was found with the use of the standards.

\[
S_2 = \frac{2V_{\text{min}}}{r_{\text{min}}^2}
\]  

where \(r_{\text{min}} = 1\) nm, \(V_{\text{min}}\) was the volume of pore with a radius less than 1 nm.

The total area of the internal specific surface (\(S\)) consists of the above-mentioned two parts: \(S = S_1 + S_2\).

The volume of hydrophilic unselective macropores filled with unbound, "free" water (\(V_{\text{macro}}\)) was found from the porosimetric curve. The volume of micro and mesopores (\(V_{\text{micro}}\)) having diameter below 50 nm [40] and nearly ideal selectivity was found as well (Figure 2). The volume fraction of macropores in swollen membrane (\(V_{\text{macro}} / V_0\)) characterizes the membrane heterogeneity [41], and the fraction of micro and mesopores volume in the total volume of water in the membrane (\(V_{\text{micro}} / V_0\)) indicates the membrane ion selectivity [39].

**Figure 1.** Schematic drawings of the experimental cells to determine porosimetric curve (a), conductivity (b), electroosmotic (c) and diffusion (d) permeabilities of the membrane.
The water transport number was defined as the number of moles of water transported through the membrane per 1 Faraday of passed electricity and calculated by the formula,

$$
\nu = \frac{Q}{F} \frac{w}{S_mF} \tau
$$

where \( \tau \) is the time period of the process (s), \( v_w \) is the molar water volume (18 cm\(^3\)/mol).

The diffusion permeability \( P_m, m^2/s \) was measured in two-compartment cell by diffusion of electrolyte solution through the membrane to distilled water (Figure 1d).

**Table 1.** Analysis of the obtained integral and differential curves of water volume distribution on the water binding energy and the effective pore radii for the initial (1, 3) and modified (2, 4, 5) membranes: 1—Nafion; 2—Nafion/SiO2; 3—MF-4SK; 4—MF-4SK/SiO2; 5—MF-4SK/HZP.

| Membrane          | Integral (dV/dlog r) | Differential (dV/dlog r) |
|-------------------|----------------------|--------------------------|
| Nafion            | (0.2, 0.3, 0.4)      | (0.2, 0.3, 0.4)          |
| Nafion/SiO2       | (0.2, 0.3, 0.4)      | (0.2, 0.3, 0.4)          |
| MF-4SK            | (0.2, 0.3, 0.4)      | (0.2, 0.3, 0.4)          |
| MF-4SC/SiO2       | (0.2, 0.3, 0.4)      | (0.2, 0.3, 0.4)          |
| MF-4SC/HZP        | (0.2, 0.3, 0.4)      | (0.2, 0.3, 0.4)          |

**Figure 2.** Integral (a) and differential (b) functions of water distribution on the water binding energy and the effective pore radii for the initial (1, 3) and modified (2, 4, 5) membranes: 1—Nafion; 2—Nafion/SiO2; 3—MF-4SK; 4—MF-4SK/SiO2; 5—MF-4SK/HZP.

An average distance \( L \) between fixed groups at interfaces was calculated using \( S \) value and membrane exchange capacity \( Q \) by the following formula,

$$
L = \sqrt[3]{\frac{S}{QN_A}}
$$

where \( N_A \) was the Avogadro’s number.

The membrane conductivity \( (\kappa_m, S/m) \) was determined from the value of membrane resistance measured as active portion of the membrane impedance with the use of the mercury-contact technique (Figure 1b).

The water transport number \( (i_w, \text{mol H}_2\text{O}/\text{F}) \) was calculated from electroosmotic permeability \( (D_w, \text{cm}^3/\text{A s}) \) of the membranes in NaCl solutions measured by the volumetric method in a two-chamber cell with reversible silver-silver chloride electrodes (Figure 1c). The water transport number was defined as the number of moles of water transported through the membrane per 1 Faraday of passed electricity and calculated by the formula,

$$
i_w = \frac{D_wF}{v_w} = \frac{vF}{S_mF \tau v_w}
$$

where \( v \) is the changes of water volume in the capillary tubes (cm\(^3\)), \( F \) is the Faraday constant, \( S_m \) is the membrane surface area (cm\(^2\)), \( i \) is the current density (A/cm\(^2\)), \( \tau \) is the time period of the process (s), \( v_w \) is the molar water volume (18 cm\(^3\)/mol).
change in solution resistance in the chamber filled with distilled water was used to control
the kinetic increase of solution concentration [35].

The experiments were carried out at a temperature of 25 °C and the measurement
errors for all experimental characteristics amounted to 3–5%.

3. Results and Discussion

3.1. Structural Characteristics

The integral and differential curves of water volume distribution on the water binding
energy and the effective pore radii for initial and modified membranes are shown in Figure 2.
Some physicochemical and structural characteristics of the initial and modified membranes
found from porosimetric curves are presented in Table 1. Analysis of the obtained data
shows that the initial Nafion and MF-4SK membranes have similar physicochemical and structural characteristics. Both Nafion and MF-4SK membranes do not have cavities with an effective size of more than 100 nm in their structure. However, pretreatment with alcohol before modifying of the membranes leads to the appearance of cavities filled with free water with $A < 10$ J/mol.

The modification of perfluorinated membranes by silica under different conditions
leads to the preparation of hybrid membranes with various structure. The synthesis of silica in the matrix of perfluorinated membranes results in a decrease of the membrane ion-exchange capacity but other membrane characteristics can both increase and decrease (Table 1). The Nafion membrane modification by silica causes the increase in the total volume of water ($V_0$) by 40%, the area of specific internal surface ($S$) by 10% and the volume of pores in the range of 10–100 nm. The volume fraction of macropores ($\frac{V_{\text{macro}}}{V_{\text{sw}}}$) is higher in Nafion/SiO$_2$ membrane than in Nafion one. Thermal treatment of hybrid MF-4SK/SiO$_2$ membrane results in the decrease of the $V_0$ value by 20%, the $n_m$ value by 15% and pores volume in the range of 10–100 nm (Figure 2b) in comparison with the initial membrane.

Preparation of the MF-4SK/HZP membrane also started with exposure to water-ethanol solution, however heat treatment was not carried out. Therefore, the resulting hybrid membrane structure is close to Nafion/SiO$_2$ membrane. As can be seen from the Figure 2 and Table 1, the $V_0$ value in hybrid membrane is 30% higher than in initial MF-4SK one due to an increase in the fraction of macropores $\frac{V_{\text{macro}}}{V_{\text{sw}}}$ in the swollen membrane. The peculiarities in the change in structural characteristics of MF-4SK/HZP membrane are due to the fact that HZP is a mineral ion-exchanger. Intercalation of the ion-exchange groups during modification leads to an increase in the $Q$ value of the hybrid membrane by more than 2 times. As a result, the volume of high-energy water in the range of $r \approx 1$ nm also increases. This water is included in the hydration shell of phosphoric acid groups. Despite an increase in the total water content $V_0$, the specific water content $n_m$ decreases by almost 2 times because of the $Q$ value growth. The presence of an additional number of ion-exchange groups in the membrane leads to a decrease in the $L$ value by 25% despite an increase in the $S$ value from 194 to 250 m$^2$/g. At the same time, the $S$ and the $L$ values change insignificantly for other hybrid membranes (Table 1). High values of the $\frac{V_{\text{macro}}}{V_{\text{sw}}}$ parameter allow for the assumption that all modified membranes keep the ion selectivity close to the initial membranes.

3.2. Transport Properties

The changes in the structure of modified membranes influence on their electrotransport properties. The conductivity of Nafion/SiO$_2$ membrane increases by 40% compared to the initial membrane (Figure 3). The formation of silica nanoparticles in the perfluorinated membrane leads to change in the transfer of not only ions but water as well. Figure 4 shows that the water transport number through Nafion/SiO$_2$ membrane grows essentially in comparison with the initial membrane. The increase in the $t_w$ value is 20–50% depending on the NaCl solution concentration. The sample with such characteristics is promising
for application in proton exchange membrane fuel cells (PEMFC) because of the so-called “water management” [42].

At the same time, the conductivity of MF-4SK/SiO$_2$ membrane decreases by 5 times. It is accompanied by decrease in the water transport numbers by 2-3 times that achieve a minimum value about 4 mol H$_2$O/F (Figure 4). It means that only water molecules of the first hydration shell migrate through the modified membrane [43, 44]. It can be concluded that these materials with reduced water transport numbers and high selectivity are prospective for the application in separation processes. According to [17] the degree of concentration of NaCl solution in the electrodialyzer with MF-4SK/SiO$_2$ membrane increases by 1.5 times. Thus, the intercalation of a dopant of the same type makes it possible to prepare membrane samples for various applications due to different modification conditions.

Introduction of inorganic dopants into the membrane can change not only the conductivity value, but also the current flow mechanism because of structure reorganization. There-
fore, the transport-structural parameters of extended three-wire model (ETWM) [45,46] were analyzed for Nafion/SiO2 and MF-4SK/HZP samples that are most promising for application in PEMFC. According to this model, the ion-exchange material consists of gel phase and inner equilibrium solution. The current is transferred by three parallel channels: successively through gel phase and solution, only through gel phase and only through solution. The letters a, b, c in Figure 5 indicate fractions of current passing through mixed, gel and solution channels (a + b + c = 1) correspondingly; d and e letters denote fractions of solution and gel in mixed channel a (d + e = 1). The transport-structural parameters of ETWM are calculated from concentration conductivity curves (Figure 3). ETWM parameter values are presented as histograms in the Figure 6.

![Figure 5. Scheme of current transfer in ion-exchange material within ETWM.](image)

**Figure 5.** Scheme of current transfer in ion-exchange material within ETWM.

![Figure 6.](image)

**Figure 6.** (a) A histogram of ETWM parameters for initial Nafion and (b) MF-4SK membranes and modified Nafion/SiO2 and MF-4SK/HZP membranes.

The analysis of geometric ETWM parameters which characterize the distribution of conducting channels in the swollen polymer allows to obtain additional information about structural organization of the modified membranes. The conductivity in c channel is realized by the counter- and co-ions, so the value of c channel points out to the selectivity of the membrane. Analyzing the data presented in the Figure 6 we can conclude that the
absence of the $c$ channel indicates the preservation of the high selectivity of the modified membranes. For both modified membranes we observe an increase in the $a$ value and a decrease in the $b$ value. In addition, the ratio of gel ($c$) and solution ($d$) in the mixed channel after the modification by the HZP changes and the fraction of the gel phase increases.

Diffusion permeability of a membrane is significant transport characteristic. The diffusion permeability growth is usually accompanied by some decrease in membrane selectivity. Materials with reduced diffusion permeability are required for application in both electromembrane processes and electric current generation devices. The use of membranes with high diffusion permeability in redox flow batteries or PEMFC can be expected to reduce the device characteristics due to diffusion of neutral molecules or gases (crossover). Therefore, it is important to establish the influence of modification on the membrane diffusion permeability.

Figure 7 shows the concentration dependences of the $P_m$ value of the initial MF-4SK and the MF-4SK/HZP membranes in NaCl and HCl solutions. As can be seen, the intercalation of HZP into the perfluorinated membrane leads to an increase in the $P_m$ value by approximately 6 times regardless of the electrolyte type. These results are consistent with an increase in the total volume of water in the hybrid MF-4SK/HZP membrane according to the integral porosimetric curves (Figure 2a) and the appearance of cavities with an effective size of more than 100 nm on the differential porosimetric curves (Figure 2b) in comparison with the initial membrane.

![Figure 7. Concentration dependences of the integral diffusion permeability coefficient for MF-4SK (1, 2) and MF-4SK/HZP (3, 4) membranes in NaCl (1, 3) and HCl (2, 4) solutions.](image)

A similar effect of increasing the diffusion permeability of the MF-4SK membrane after modification by silica under the same conditions as Nafion membrane was noted by the authors of [26]. Therefore, the $P_m$ value of the MF-4SK membrane increases from $1.19 \times 10^{-11}$ m$^2$/s to $3.60 \times 10^{-11}$ m$^2$/s with the growth of NaCl solution concentration from 0.1 M to 1 M. The $P_m$ value of the MF-4SK/SiO$_2$ membrane changes from $3.20 \times 10^{-11}$ m$^2$/s to $7.70 \times 10^{-11}$ m$^2$/s at the same experimental conditions. Thus, the diffusion permeability of MF-4SK/SiO$_2$ membrane is 2.4–3 times higher in comparison with initial membrane regardless of the concentration of the NaCl solution.

According to Figure 7 each membrane has the close values of diffusion characteristics in HCl and NaCl solutions because the diffusion process in ion-exchange materials is limited by co-ion transport, which is the same in this case. Such a significant increase in the $P_m$ value is due to the treatment of the perfluorinated membrane by alcohol before modifi-
cation. The diffusion permeability of the MF-4SK/HZP membrane decreases by 2–4 times in comparison with initial membrane [47] if such treatment is not carried out.

So, the increase in electroconductivity and the total water content is an advantage of modified membranes. However, a significant increase in diffusion permeability due to the pretreatment of the membranes with alcohol before modification is a negative factor. The increase in the diffusion permeability of electrolyte solutions through modified membranes indirectly indicates the possible increase in their gas permeability when operating in a fuel cell. The more the $P_m$ value is, the greater hydrogen crossover will occur during the application in a PEMFC. Therefore, the value of membrane permeability in a salt or acid solution can be used for a qualitative estimation of the gas permeability and hydrogen crossover. A significant increase in the $P_m$ value for Nafion/SiO$_2$ and MF-4SK/HZP membranes limits their efficient application in fuel cells.

4. Conclusions

A correlation between changes in structural and electrotransport properties of membranes after modification by HZP and silica under different conditions was established. If the modification is accompanied by the growth of total water volume, it leads to increase in the conductivity and water transport numbers as well. Such effects are typical for perfluorinated membranes after modification by HZP and silica nanoparticles without heat treatment. The reduction of conductivity and electroosmotic permeability is usually associated with decrease in the membrane hydrate characteristics. Similar effects take place in the case of heat treatment of silica modified perfluorinated membranes. Such materials with reduced water transport numbers and high selectivity are prospective for the application in separation processes.

The concentration conductivity curves were used to characterize the distribution of conducting channels in the swollen polymer in the frame of the extended three-wire model. The analysis of model parameters proves the structure reorganization of hybrid membranes Nafion/SiO$_2$ and MF-4SK/HZP compared with initial membranes.

Pretreatment of the membranes with alcohol before modifying by HZP and silica leads to the appearance of cavities with an effective radius more than 100 nm filled by free water with binding energy less than 10 J/mol. It is accompanied with an increase in the diffusion permeability of hybrid membranes by approximately 3–6 times in NaCl and HCl solutions. The value of membrane permeability to a salt or acid solution can be used for a qualitative estimation of the gas permeability and hydrogen crossover in electric current generation devices. A significant increase in the $P_m$ value of Nafion/SiO$_2$ and MF-4SK/HZP membranes limits their efficient application in both electrodialysis and fuel cells.

It was established that the hybrid membranes with different structure and transport properties can be prepared from perfluorinated membranes with similar characteristics and the same type of dopant under various conditions of modification such as pretreatment with alcohol before modification and heating after the synthesis of dopant nanoparticles in the membrane matrix.

**Author Contributions:** Conceptualization, N.A.K.; data curation, N.A.K., S.A.S. and S.V.T.; formal analysis, N.A.K. and S.A.S.; funding acquisition, N.A.K.; investigation, S.A.S. and S.V.T.; methodology, N.A.K.; project administration, N.A.K.; software, S.A.S.; supervision, N.A.K.; validation, N.A.K. and S.A.S.; visualization, S.A.S. and S.V.T.; writing—original draft preparation, N.A.K.; writing—review and editing, S.A.S. and S.V.T. All authors have read and agreed to the published version of the manuscript.

**Funding:** This work was supported by the Russian Science Foundation and Kuban Science Foundation (project No 22-19-20101), https://rscf.ru/project/22-19-20101/.

**Institutional Review Board Statement:** Not applicable.

**Informed Consent Statement:** Informed consent was obtained from all subjects involved in the study.
Data Availability Statement: Not applicable.

Acknowledgments: The authors are thankful to Andrey B. Yaroslavtsev and Ekaterina Yu. Safronova for sample of Nafion/SiO$_2$ membrane and to Irina V. Falina for calculation of ETWM parameters.

Conflicts of Interest: The authors declare no conflict of interest.

Abbreviations

| Abbreviation | Description                          |
|--------------|--------------------------------------|
| HZP          | zirconium hydrophosphate             |
| ETWM         | extended three-wire model            |
| PEMFC        | proton exchange membrane fuel cells  |

References

1. Filippov, S.P.; Yaroslavtsev, A.B. Hydrogen energy: Development prospects and materials. Russ. Chem. Rev. 2021, 90, 627–643. [CrossRef]
2. Yaroslavtsev, A.B. Correlation between the properties of hybrid ion-exchange membranes and the nature and dimensions of dopant particles. Nanotechnol. Russ. 2012, 7, 437–451. [CrossRef]
3. Vázquez-Rodríguez, G.; Torres-Rodriguez, I.M.; Montes-Rojas, A. Synthesis and characterization of commercial cation exchange membranes modified electrochemically by polypyrrole: Effect of synthesis conditions on the transport properties. Desalination 2017, 416, 94–105. [CrossRef]
4. Kononenko, N.A.; Loza, N.V.; Shkirskaya, S.A.; Falina, I.V.; Khanukaeva, D.Y. Influence of conditions of polyaniline synthesis in perfluorinated membrane on electrotransport properties and surface morphology of composites. J. Solid State Electrochem. 2015, 19, 2623–2631. [CrossRef]
5. Shkirskaya, S.; Kolechko, M.; Kononenko, N. Sensor properties of materials based on fluoride polymer F-4SF films modified by polyaniline. Curr. Appl. Phys. 2015, 15, 1587–1592. [CrossRef]
6. Apel, P.Y.; Bobreshova, O.V.; Volkov, A.V.; Volkov, V.V.; Nikonenko, V.V.; Stenina, I.A.; Filippov, A.N.; Yampolskii, Y.P.; Yaroslavtsev, A.B. Prospects of Membrane Science Development. Membr. Membr. Technol. 2019, 1, 45–63. [CrossRef]
7. Simonov, A.S.; Kondratenko, M.S.; Elmanovich, I.V.; Sizov, V.E.; Kharratov, E.P.; Abramchuk, S.S.; Nikolaev, A.Y.; Fedosov, D.A.; Gallyamov, M.O.; Khokhlov, A.R. Modification of Nafion with silica nanoparticles in supercritical carbon dioxide for electrochemical applications. J. Membr. Sci. 2018, 564, 106–114. [CrossRef]
8. Xu, G.; Wei, Z.; Li, S.; Li, J.; Yang, Z.; Grigoriev, S.A. In-situ sulfonation of targeted silica-filled Nafion for high-temperature PEM fuel cell application. Int. J. Hydrog. Energy 2019, 4, 29711–29716. [CrossRef]
9. Mauritz, K.A.; Mountz, D.A.; Reuschle, D.A.; Blackwell, R.I. Self-assembled organic/inorganic hybrids as membrane materials. Electrochim. Acta 2004, 50, 565–569. [CrossRef]
10. Bauer, F.; Willert-Porada, M. Microstructural characterization of Zr-phosphate-Nafion membranes for direct methanol fuel cell (DMFC) applications. J. Membr. Sci. 2004, 233, 141–149. [CrossRef]
11. Vinothkannan, M.; Kim, A.R.; Kumar, G.G.; Yoo, D.J. Sulfonated graphene oxide/Nafion composite membranes for high temperature and low humidity proton exchange membrane fuel cells. RSC Adv. 2018, 8, 7494–7508. [CrossRef]
12. Safronova, E.Y.; Yaroslavtsev, A.B. Prospects of practical application of hybrid membranes. Pet. Chem. 2016, 56, 281–293. [CrossRef]
13. Park, J.-S.; Shin, M.-S.; Kim, C.-S. Proton exchange membranes for fuel cell operation at low relative humidity and intermediatemperature: An updated review. Curr. Opin. Electrochem. 2017, 5, 43–55. [CrossRef]
14. Sahu, A.K.; Ketpang, K.; Shanmugam, S.; Kwon, O.; Lee, S.; Kim, H. Sulfonated graphene–Nafion composite membranes for polymer electrolyte fuel cells operating under reduced relative humidity. J. Phys. Chem. 2016, 120, 15855–15866. [CrossRef]
15. Bakangura, E.; Wu, L.; Ge, L.; Yang, Z.; Xu, T. Mixed matrix proton exchange membranes for fuel cells: State of the art and perspectives. Prog. Polym. Sci. 2016, 56, 103–152. [CrossRef]
16. Liu, Y.; Lehnert, W.; Janben, H.; Samsun, R.; Stolten, D. A review of high-temperature polymer electrolyte membrane fuel-cell (HT-PEMFC)-based auxiliary power units for diesel-powered road vehicles. J. Power Sources 2016, 311, 91–102. [CrossRef]
17. Strathmann, H. Ion-Exchange Membrane Separation Processes, 1st ed.; Membrane Science and Technology Series 9; Elsevier: Amsterdam, The Netherlands, 2004.
18. Nagarale, R.K.; Gohil, G.S.; Shahi, V.K. Recent developments on ion-exchange membranes and electro-membrane processes. Adv. Colloid Interface Sci. 2006, 119, 97–130. [CrossRef]
19. Xu, T. Ion exchange membranes: State of their development and perspective. J. Membr. Sci. 2005, 263, 1–29. [CrossRef]
20. Yaroslavtsev, A.B.; Stenina, I.A. Current progress in membranes for fuel cells and reverse electrodialysis. Mendeleev Commun. 2021, 31, 423–432. [CrossRef]
21. Zabolotskii, V.I.; Pratasov, K.V.; Sharafan, M.V. Sodium chloride concentration by electrodialysis with hybrid organic-inorganic ion-exchange membranes: An investigation of the process. Russ. J. Electrochem. 2010, 46, 979–986. [CrossRef]
22. Yen, C.; Lee, C.; Lin, Y.; Lin, H.; Hsiao, Y.; Liao, S.; Chuanga, C.; Ma, C.M. Sol–gel derived sulfonated-silica/Nafion composite membrane for direct methanol fuel cell. J. Power Sources 2007, 173, 36–44. [CrossRef]
